Hydrophilic Modification of Polymeric Membrane using Graft Polymerization Method: A Mini Review

J.A. Pinem¹, A.K. Wardani², P.T.P. Aryanti³, K. Khoiruddin² and I G. Wenten¹,4,*

¹Chemical Engineering Department, Riau University, Pekanbaru 28293, Indonesia
²Chemical Engineering Department, Institut Teknologi Bandung, Jl. Ganesa 10, Bandung 40132, Indonesia
³Chemical Engineering Department, Universitas Jenderal Achmad Yani, Jl. Terusan Jendral Sudirman, Cimahi 40285, Indonesia
⁴Research Center for Nanosciences and Nanotechnology, Institut Teknologi Bandung, Jl. Ganesha 10, Bandung – 40132, Indonesia

*Corresponding author (E-mail): igw@che.itb.ac.id

Abstract. The separation performance of polymeric membrane is strongly influenced by its surface characteristics. In water treatment applications, it is generally accepted that a hydrophilic membrane surface is favorable to enhance water permeate flux and mitigate membrane fouling. Numerous methods, both chemical and physical modification, have been proposed to improve the hydrophilicity of polymeric membranes. Graft polymerization is one of the promising methods to modify polymer membranes by tethering hydrophilic polymer chains onto membrane surface. The existence of hydrophilic chains on the membrane surface facilitates the reduction of interfacial tension with water, thus higher water flux can be obtained. In addition, the increase of membrane hydrophilicity also improves the antifouling resistance. This review provides a concise summary and discussion of the modification of polymeric membranes using graft polymerization method. The effects of graft polymerization on the membrane hydrophilicity as well as the antifouling property are discussed.

Keywords: antifouling, graft polymerization, hydrophilic, polymeric membrane

1. Introduction

The interest in technologies for water treatment applications is now growing amidst the concern over drinking water security issues and environmental impact. Wide range of water treatment technologies have been developed or are currently developed to overtake traditional technologies, i.e. chemical clarification, granular media filtration, and chlorination. One of the most interesting processes for water treatment is polymeric membrane. It offers some advantages, such as strict solid-liquid separation, high quality of product, and simple operation [1, 2].
The separation performance of polymeric membrane is strongly influenced by its surface characteristics. In water treatment applications, it is generally accepted that a hydrophilic membrane surface is favorable to enhance water permeate flux. Besides, the impurities components in surface water are mostly hydrophobic (i.e. microbes, particles, humic acids, etc.), thus their interaction with hydrophobic membranes causes the membranes to be more prone to the fouling than hydrophilic membranes [3-8]. It has been proved in the studies by Laine et al. [9] and Malgorzata et al. [10] where better permeability occurred for more hydrophilic membranes (cellulose) than hydrophobic ones (acrylic, polyaramide, or polysulfone).

Fouling not only leads to productivity decline, but also increases the energy requirement to keep the membrane performance constant [11-15]. Therefore, it is necessary to improve the antifouling resistance by increasing membrane surface hydrophilicity. Various methods to increase hydrophilicity of polymeric membranes have been developed either by chemical or physical modification. Hydrophilization by chemical modification can be done by blending polymers with more suitable properties or by addition of polymer layers on the active surface of membrane through ozone treatment, sulfonating treatment, or grafting of strong hydrophilic monomers [16-19]. In the most cases, chemical modifications lead to destruction or a change in the porous structure of the membrane, and typically require expensive instruments and/or complicated process [20]. Meanwhile, physical modification such as wetting or dip-coating is a mild technique and relatively inexpensive. However, the hydrophilicity from physical modification is not stable, thus the water flux decrease over time.

![Figure 1](image_url)

**Figure 1** The number of published papers related to the search term of graft polymerization on polymeric membrane. Indexed by Scopus (TITLE-ABS-KEY (graft polymerization AND polymer membrane); August 2018)

Among the developed hydrophilic modifications of polymeric membrane, graft polymerization is the most promising method. As shown in Figure 1, the number of publications for graft polymerization on polymeric membranes has been increased over year and the chemical-induced graft polymerization has the highest number of publications. Various studies showed that the hydrophilicity and water flux of grafted membranes were
stable after several times of operation. To provide an insight for further development of hydrophilic polymeric membrane, this paper gives a review of surface hydrophilization of polymeric membrane using graft polymerization. The effects of graft polymerization on the membrane hydrophilicity as well as the antifouling property are discussed.

2. Methods of Graft Polymerization

Graft polymerization is the promising alternative to increase polymeric membrane hydrophilicity and improves the antifouling resistance by tethering hydrophilic polymer chains onto membrane surface [21, 22]. This method offers advantages of stable hydrophilicity and high water flux. The comparison of graft polymerization to other modification methods is shown in Table 1.

Table 1 Advantages and disadvantages of hydrophilic modification methods [23, 24]

| Modification method                  | Water flux | Simplicity | Hydrophilic stability | Environmental aspect | Cost effectiveness |
|--------------------------------------|------------|------------|-----------------------|----------------------|--------------------|
| Coating                              | Low        | High       | Low                   | High                 | High               |
| Blending                             | High       | High       | High                  | High                 | High               |
| Composite                            | High       | High       | High                  | High                 | High               |
| Plasma treatment                     | High       | Low        | Low                   | High                 | High               |
| Graft polymerization                 |            |            |                       |                      |                    |
| • Chemical-induced                   | High       | High       | High                  | Low                  | High               |
| • Plasma-induced                     | High       | Low        | High                  | High                 | Low                |
| • Irradiation induced                | High       | Low        | High                  | Low                  | Low                |

In general, graft polymerization can be divided into three main procedures, i.e. chemical-, plasma-, and irradiation- induced graft polymerization [25-28]. For membrane material with reactive groups, it can be easily grafted through the free radical graft polymerization or the chemical reaction. Meanwhile, membrane material without reactive groups needs plasma, γ-ray, or UV to induce graft polymerizations [29].

2.1 Chemical-Induced Graft Polymerization

In chemical-induced graft polymerization, a radical for the polymerization process is formed on the membrane surface through reaction with chemical compounds. One of the most attractive techniques for oxidizing a substrate surface is ozonation [27, 30]. It can be performed either in the gaseous phase or aqueous phase. Ozone acts as a precursor providing radical elements that will initiate the polymerization process [31, 32].

Polypropylene (PP) membranes have been successfully modified using ozone or oxidizing agents such as benzoyl peroxide (BPO) and benzophenonon bromoisobutyrate (BPBB) as precursor for grafting of hydroxyethyl methacrylate (HEMA) [31, 33], N,N-dimethylaminoethyl methacrylate (DMAEMA) [34] and acrylic acid [35]. Meanwhile, for polyethersulfone (PES) membranes, peroxydisulfate and metabisulfite oxidizing agents have been used to initiate free radical polymerization grafting of methacrylic acid, polyethylene glycol-methacrylate, and sulfopropylmethacrylate in aqueous solution at ambient temperature [36, 37]. Chemical-induced graft polymerization also has been used to increase hydrophilicity of polysulfone (PSf) membranes [38-40], polyacrylonitrile (PAN) membranes [41], and Poly-vinylidene fluoride (PVDF) membranes [42, 43], as shown in Table 2. In general, polymeric membranes that have been modified by chemical-induced graft
polymerization to be less sensitive to fouling due to the presence of the hydrophilic monomer grafted.

2.2 Plasma-Induced Graft Polymerization

Plasma-induced graft polymerization can be achieved through two different procedures, i.e. peroxy radical (P) method and alkyl radical (R) method [44]. In the (P) method, the membrane is introduced to plasma reactor without working gas, then air is added to make peroxy radical that can initiate the grafting process. Meanwhile, the (R) method can be achieved in the absence of working gas or using noble gases such as argon, helium, etc. [44, 45]. This method is operated under vacuum condition where the alkyl radical will initiate the grafting process.

Table 2 Graft polymerization of polymeric membranes

| Membrane material | Grafting method | Polymer/additive | Induction | Ref. |
|-------------------|-----------------|------------------|-----------|------|
| PP                | Chemical-induced | Acrylic acid, Polyvinyl alcohol, Polyethylene amine, PEGMA, DMAEMA, PNVP, HEMA, TiO₂ | Ozone, BPO, BPBB | [28, 30, 31, 46-52] |
| Plasma-induced    | Acrylic acid, Alkyl glycoside, PNVP, PNIPAM, PSLG, TiO₂ | Plasma: Air, N₂, NH₃, Argon | [53-60] |
| Irradiation-induced | Acrylic acid, Alkyl glycoside, Acrylamide, PEGMA, HEMA, GMA, PNIPAM, GAMA, SBMA, MPDSAH, TiO₂ | UV, γ-ray | [25, 29, 61-73] |
| PES               | Chemical-induced | TiO₂, PEGMA      | Peroxydisulfate, Metabisulfite | [36, 37, 74, 75] |
| Plasma-induced    | Acrylic acid, Acrylamide, PNVP | Plasma: Argon, Helium | [76, 77] |
| Irradiation-induced | Acrylic acid, Ethylene diamine, HEMA, PNVP | UV | [78, 79] |
| PSf               | Chemical-induced | PES, PEG, Acrylamide | - | [38-40] |
| PAN               | Chemical-induced | PEO | - | [41] |
| Irradiation-induced | Acrylic acid, PEGMA | UV | [80] |
| PAS               | Irradiation-induced | Methacrylic acid, GMA, HEMA | UV | [81] |
| PVDF              | Chemical-induced | PEGMA, PVP | - | [42, 43] |
| Irradiation-induced | PES | UV | [82] |

Abbreviation: BPBB = benzophenonyl bromoisobutyrate, BPO = benzoyl peroxide, DMAEMA = N-dimethylaminoethyl methacrylate, GAMA = Gluconamidoethyl methacrylate, GMA = Glycidylmethacrylate, HEMA = Hydroxyethyl methacrylate, MPDSAH = [3-(methacryloylamino)propyl]-dimethyl(3-sulfopropyl) ammonium hydroxide, PAN = Polyacrylonitrile, PAS = Polyarylsulfone, PE = Polyethylene, PEG = Poly(ethylene glycol), PEGMA = Poly(ethylene glycol) methacrylate, PEO = Polyethylene oxide, PES = Polyethersulfone, PNIPAM = Poly(N-isopropylacrylamide), PNV = Poly(N-vinyl-2-pyrrolidone), PP = Polypropylene, PSf = Polysulfone, PSLG = Poly(c-staryl-L-glutamate), PVDF = Poly(vinylidene fluoride), PVP = Poly(vinyl pyrrolidone), SBMA = Sulfobetaine methacrylate
Several studies of plasma-induced graft polymerization in order to increase the hydrophilicity of polymeric membrane have been conducted using gases such as ammonia [55, 83], oxygen [84], nitrogen [53, 54, 85, 86], hydrogen [87], water [76, 88, 89], argon [58, 77, 90, 91], or air [48, 49, 57]. Meanwhile, the grafting substances consisted of N,N-dimethyl acrylamide (NDMAm) [44], N-isopropyl acrylamide (NIPAm) [53], polyethylene glycol (PEG) [87], acrylamide [92], acrylic acid [58, 90], sulfonated glycidyl methacrylate [91], and tetraethoxylane (TEOS) [93], as shown in Table 2.

While using plasma-induced graft polymerization, the operating condition should be maintained at an appropriate level. As temperature increased, there will be more active sites on the membrane surface, and monomer diffusion is also enhanced due to an increase of grafting degree. Conversely, a high-concentration monomer can decrease the degree of grafting due to increased viscosity that hinders the monomer diffusion to the membrane surface [85] or prevents the plasma treating to reach the surface of the PP membrane, and then no active sites are produced [94].

2.3 Irradiation-Induced Graft Polymerization

Irradiation-induced graft polymerization on PP membrane involves monomer and PP membrane simultaneously to react through radical reaction, with ultraviolet (UV) or γ-ray as the initiator in irradiation induced. UV irradiation is able to cross-link polymer chains and cleave polymer bonds, thus forming functional groups such as hydroxyls, carbonyls, or carboxylic acids on the surface [23].

γ-ray has been used for grafting acrylic acid [69], HEMA [62, 95], N-vinyl-2-pyrrolidone (NVP) [29], and NIPAm/acrylic acid [96] onto PP membrane surfaces. These substances have been successfully grafted onto PP membranes using γ-ray irradiation, resulting hydrophilic surfaces with WCA < 65°. Meanwhile, by UV irradiation, several substances have been grafted onto PP membrane surface, such as acrylic acid [66, 67, 97-99], poly-(ethylene glycol)-200-monomethacrylate (PEG200MA) [97], glycidylmethacrylate (GMA) [63], 3-hydroxy-2,2-bis(hydroxymethyl) propylacrylate (PEA) [100], methoxy polyethylene glycol (MPEG) [101], acrylamide [67], D-gluconamidoethyl methacrylate (GAMA) [68, 102], sulfobetaine methacrylate (SBMA) [71], and α-allyl glucoside [61, 103].

UV-irradiation has also been used to graft several hydrophilic monomers onto PES membranes, i.e. Nvinyl-2-pyrrolidinone, N-vinylcaprolactam, and N-vinylformamide. The results showed there were 25% increase in PES membranes hydrophilicity and 50% decrease in BSA fouling [104-106]. The same method also successfully increased the hydrophilicity of PAN [80], polyarylsulfone (PAS) [81], and PVDF membranes [82].

3. The Influence of Graft Polymerization

Graft polymerization is the promising method to increase hydrophilicity of polymeric membrane. The hydrophilicity of polymeric membrane is mainly measured by water contact angle (WCA). Membrane with WCA less than 90° is classified as hydrophilic membrane while hydrophobic membrane has WCA greater than 90°. Figure 2 shows the effect of graft polymerization on WCA of polymeric membranes from various studies. It can be seen that graft polymerization is able to produce hydrophilic membrane with low WCA using various procedures and chemicals.
Figure 2 Effect of (a) chemical induced [48, 50, 52, 107-109], (b) plasma induced [54, 59, 60, 110-112], and (c) irradiation induced [70-73, 113, 114] graft polymerization on WCA

Furthermore, hydrophilic modification of polymeric membranes not only improves the water flux, but also endows the membranes with fouling-resistant properties. It makes the modified membranes exhibit higher performance when applied in water and wastewater treatment. Hydrophilic modifications also leads to the increase of biocompatibility of polymeric membranes, thus widen their applications in biotechnology and biomedical applications. The results summary of hydrophilic modification of polymeric membranes via graft polymerization is presented in Table 3. It can be seen that UV irradiation was the most used induction for grafting polymers or additives onto polymeric membrane surface. It is due to the ability of UV to induce cross-linking in the polymer matrix, thus the membrane selectivity was increased [115].

In general, the characteristics of modified membrane mainly depend on the grafting degree. The higher degree of graft polymerization provides a strong driving force to reduce the interfacial free energy by migrating and reorienting of the hydrophilic monomers [51]. As the result, higher grafting degree with a large coverage surface decreases the water contact angle. The study of Yu et al. [67] showed that the water contact angle of PP membrane was decreased from 135° to 42° by increasing the grafting degree to 120%. It is in agreement with the results from other studies [62, 116, 117]. The water flux on modified membrane remained almost unchanged when the grafting degree was low, however the pore-covering soon become the major problem with the increase of the grafting degree, causing the water flux dropping severly. Therefore, the precise design of a graft layer and well-controlled graft architecture is a very important to minimize the membrane fouling.
Table 3 Hydrophilic modification of polymer membranes via graft polymerization

| Membrane material | Grafting induction | Polymer/additive | Influence of graft polymerization | Ref. |
|-------------------|--------------------|------------------|-----------------------------------|------|
| PP                | Chemical           | Polyvinyl alcohol/4-vinylpyridine | Water fluxes were increased up to 500.4 L/m².h at operating pressure 40 kPa. | [47] |
| Nitrogen plasma   | α-allyl glucoside  | Water fluxes were increased up to 3826±80 kg/m².h at operating pressure 80 kPa. | [54] |
| UV                | Acrylic acid, Acrylamide | The modified membranes showed better filtration performances in the submerged membrane bioreactor (SMBR) than the unmodified one. Acrylic acid-grafted membrane presented the best antifouling characteristics. | [92] |
| GAMA              | After continuous operation in the MBR for about 70 h, reduction of water flux was 90.7% for the initial membrane and 80.8-87.2% for the modified membranes, increasing with an increase of a length of the grafted chains. | [68] |
| HEMA              | The modified membrane showed better protein resistance as well as hemo-compatibility due to the enhancement of surface hydrophilicity. The static water contact angle of the membrane surface decreased from 145° to 42°, with the extent of grafting increasing from 0 to 35.67 wt.%. | [65] |
| HEMA, SBMA        | Fouling was significantly reduced and most of the fouling on the modified PP membrane surface was reversible. | [72] |
| PES               | Argon plasma       | Polyacrylamide    | The grafting yield for polyacrylamide on the membrane surfaces increased nearly linearly with the Argon-plasma pretreatment time, with grafting yields (GY) higher than 100 μg/cm². The membranes obtained a permanent hydrophilicity (almost no change in contact angle after 1 year), and BSA adsorption was reduced to less than half that of the control membrane (306 to 148 μg/cm²). | [77] |
| UV                | Polyvinyl alcohol/4-vinylpyridine | Membranes modified with N-vinyl-2-pyrrolidinone (25% increase in hydrophilicity) exhibited the best combination of low fouling (50% decrease in BSA fouling) and high flux, although membrane permeability was significantly decreased because the grafted polymer chains blocked the membrane pores (over 25% reduction in flux due to modification). | [105] |
Table 3 (continue)

| Membrane material | Grafting induction | Polymer/additive | Influence of graft polymerization | Ref. |
|-------------------|--------------------|------------------|-----------------------------------|------|
| PES               | UV                 | PNVP             | The fouling tendency was reduced for membranes irradiated for 60 s comparing with those irradiated for 180 s. Enlargement of pore structure was observed under long irradiation times facilitating the membrane fouling with a high molecular weight fraction of natural organic matters. | [104] |
|                   |                    | PEGMA            | Modified membranes showed more resistance to fouling and higher rejection than unmodified membranes. | [118] |
| PES and PVDF blend| UV                 | DMAEMA           | The modified membranes were more resistant to biofouling. | [119, 120] |
| PES/PVDF blend    | UV                 | PNVP             | Bovine serum albumin (BSA) adsorption on the membranes decreased from 159±2 to 13±2 µg/cm² after 10 min of the grafting. The fouling extent of the blend membrane with 7 min grafting was reduced by 66% and the flux recovery after chemical cleaning increased by 32%. | [82] |
| PVDF              | UV                 | HEMA, Polydopamine, Acrylic acid | Antifouling properties, e.g., flux recovery, irreversible flux loss, total flux loss, and fouling resistance of modified membranes were enhanced due to an increase in membrane hydrophilicity. | [121] |
| PSf               | UV                 | MPDSAH           | Hydrophilicity and antifouling properties of the modified membranes were enhanced with the increase of the extent of grafting. | [122] |
|                   |                    | PNVP, HEMA, Acrylic acid | Modified membranes showed high protein retention, high solution flux, and low irreversible fouling. | [123] |
| PAN               | UV                 | HEMA, PEGMA, Acrylic acid | Protein-polymer surface interactions were diminished by the membrane modification. Adsorption and fouling were reduced both for the modified membranes. | [80] |

4. Conclusions
The application of polymeric membrane is mostly restricted by fouling formation. Hydrophilic modification through graft polymerization is one of the promising methods to enhance membrane hydrophilicity and antifouling properties. This method can be conducted through chemical-induced, plasma-induced, and irradiation-induced using UV or γ-ray. Graft polymerization was able to decrease water contact angle and BSA adsorption on polymeric membranes. In addition, this method offers advantage of stable hydrophilicity and high water flux compared to other hydrophilic modifications.
Reference

[1] Kimura K, Hane Y, Watanabe Y, Amy G and Ohkuma N 2004 Water Research 38 3431-41
[2] Yu C-H, Wu C-H, Lin C-H, Hsiao C-H and Lin C-F 2008 Separation and Purification Technology 64 206-12
[3] Schafer A I, Mastrup M and Jensen R L 2002 Desalination 147 243-50
[4] Ridgway H F, Rigby M G and Argo D G 1985 Journal-American Water Works Association 77 97-106
[5] Fane A, Beatson P and Li H 2000 Water science and technology 41 303-8
[6] Choo K-H and Lee C-H 2000 Journal of Colloid and Interface Science 226 367-70
[7] Ma H, Hakim L F, Bowman C N and Davis R H 2001 Journal of Membrane Science 189 255-70
[8] Mousa H A 2007 Desalination 217 38-51
[9] Laine J-M, Hagstrom J P, Clark M M and Mallevalle J 1989 Journal (American Water Works Association) 61-7
[10] Kabsch-Korbutowicz M, Majewska-Nowak K and Winnicki T 1999 Desalination 126 179-85
[11] Zulairisam A W, Ismail A F and Salim R 2006 Desalination 194 211-31
[12] Choi H, Zhang K, Dionysiou D D, Oerther D B and Sorial G A 2005 Separation and Purification Technology 45 68-78
[13] Costa A R, de Pinho M N and Elimelech M 2006 Journal of Membrane Science 281 716-25
[14] Du J R, Peldszus S, Huck P M and Feng X 2009 Water Research 43 4559-68
[15] Ariono D, Wardani A K, Widodo S, Putu T P A and Wenten I G 2018 Mater. Res. Express 5 034009
[16] Nunes S P and Peinemann K V 1992 Journal of Membrane Science 73 25-35
[17] Uragami T, Fujimoto M and Sugihara M 1980 Desalination 34 311-23
[18] Sivik B, Wahlgren M and Miezis Y 1990 Desalination 77 181-93
[19] Brink L E S, Elbers S J G, Robbertsen T and Both P 1993 Journal of Membrane Science 76 281-91
[20] Chen H, Kong L and Wang Y 2015 J. Membr. Sci. 487 109-16
[21] Ariono D and Wardani A K 2017 Adv. Sci. Letters 23 5713-5
[22] Ariono D and Wardani A K 2017 IOP Conf. Series: Mater Sci. Eng. 214 012014
[23] Nady N, Franssen M C R, Zuiholf H, Eldin M S M, Boom R and Schroën K 2011 Desalination 275 1-9
[24] Himma N F, Anisah S, Prasetya N and Wenten I G 2016 J. Polym. Eng. 36 329-62
[25] Meng J, Li J, Zhang Y and Ma S 2014 J. Membr. Sci. 455 405-14
[26] Kato K, Uchida E, Kang E-T, Uyama Y and Ikada Y 2003 Prog. Colloid Polym. Sci. 28 209-59
[27] Uyama Y, Kato K and Ikada Y 1998 Grafting/Characterization Techniques/Kinetic Modeling, ed H Galina, et al. (Springer Berlin Heidelberg) pp 1-39
[28] Zhang C-H, Yang F-L, Wang W-J and Chen B 2008 Sep. Purif. Technol. 61 276-86
[29] Liu Z-M, Xu Z-K, Wang J-Q, Wu J and Fu J-J 2004 Eur. Polym. J. 40 2077-87
[30] Wang C, Feng R and Yang F 2011 J. Colloid Interface Sci. 357 273-9
[31] Wang Y, Kim J-H, Choo K-H, Lee Y-S and Lee C-H 2000 J. Membr. Sci. 169 269-76
[32] Gu H, Wu J, Chan P, Turcotte G and Ye T 2012 Chem. Eng. Res. Des. 90 229-37
[33] Sainbayar A, Kim J S, Jung W J, Lee Y S and Lee C H 2001 Environ. Technol. 22 1035-42
[34] Dai Q-w, Deng H-t, Liu Z-m and Setac P 2004 Chin. J. Polym. Sci. 22 369-77
[35] Duann Y-F, Chen Y-C, Shen J-T and Lin Y-H 2004 Polymer 45 6839-43
[36] Belfer S, Fainchtairn R, Purinson Y and Kedem O 2000 J. Membr. Sci. 172 113-24
[37] Reddy A V R, Trivedi J J, Devmurari C V, Mohan D J, Singh P, Rao A P, Joshi S V and Ghosh P K 2005 Desalination 183 301-6
[38] Park J Y, Acar M H, Akthakul A, Kuhlman W and Mayes A M 2006 Biomaterials 27 856-65
[39] Qiu J, Zhang Y, Shen Y, Zhang Y, Zhang H and Liu J 2010 Applied Surface Science 256 3274-80
[40] Yi Z, Zhu L-P, Zhao Y-F, Zhu B-K and Xu Y-Y 2012 Journal of Membrane Science 390–391 48-57
[41] Asatekin A, Kang S, Elimelech M and Mayes A M 2007 Journal of Membrane Science 298 136-46
[42] Hashim N A, Liu F and Li K 2009 Journal of Membrane Science 345 134-41
[43] Bi Q, Li Q, Tian Y, Lin Y and Wang X 2013 Journal of Applied Polymer Science 127 394-401
[44] Masuoka T, Hirasa O, Suda Y and Ohnishi M 1989 Int. J. Radiat. Appl. Instrum. 33 421-7
[45] Kramer P W, Yeh Y S and Yasuda H 1989 J. Membr. Sci. 46 1-28
[46] Xu Z-K, Dai Q-W, Wu J, Huang X-J and Yang Q 2004 Langmuir 20 1481-8
[47] Wang C-c, Yang F-l, Liu L-F, Fu Z-m and Xue Y 2009 J. Membr. Sci. 345 223-32
[48] Yang Y-F, Wan L-S and Xu Z-K 2009 J. Membr. Sci. 326 372-81
[49] Yang Y-F, Wan L-S and Xu Z-K 2009 J. Membr. Sci. 337 70-80
[50] Feng R, Wang C, Xu X, Yang F, Xu G and Jiang T 2011 J. Membr. Sci. 369 233-42
[51] Jin J, Zhang C, Jiang W, Luan S, Yang H, Yin J and Stagnaro P 2012 Colloids Surf., A 407 141-9
[52] Pi J-K, Yang H-C, Wan L-S, Wu J and Xu Z-K 2016 J. Membr. Sci. 500 8-15
[53] Liang L, Shi M, Viswanathan V V, Peurung L M and Young J S 2000 J. Membr. Sci. 177 97-108
[54] Kou R-Q, Xu Z-K, Deng H-T, Liu Z-M, Seta P and Xu Y 2003 Langmuir 19 6869-75
[55] Liu Z-M, Xu Z-K, Wang J-Q, Yang Q, Wu J and Seta P 2003 Eur. Polym. J. 39 2291-9
[56] Deng H-T, Xu Z-K, Wu J, Ye P, Liu Z-M and Seta P 2004 J. Mol. Catal. B 28 95-100
[57] Liu Z-M, Xu Z-K, Wan L-S, Wu J and Ulbricht M 2005 J. Membr. Sci. 249 21-31
[58] Ciszewski A, Gancarz I, Kunicki J and Bryjak M 2006 Surf. Coat. Technol. 201 3676-84
[59] Zhang S, Cheng C, Lan Y and Meng Y 2009 Plasma Sci. Technol. 11 576
[60] Xu Q, Yang J, Dai J, Yang Y, Chen X and Wang Y 2013 J. Membr. Sci. 448 215-22
[61] Liu Z-M, Tingry S, Innocent C, Durand J, Xu Z-K and Seta P 2006 Enzyme Microb. Technol. 39 868-76
[62] Shim J K, Na H S, Lee Y M, Huh H and Nho Y C 2001 J. Membr. Sci. 190 215-26
[63] Borcherding H, Hicke H-G, Jorckse D and Ulbricht M 2002 Desalination 149 297-302
[64] Yang Q, Xu Z-K, Dai Z-W, Wang J-L and Ulbricht M 2005 Chem. Mater. 17 3050-8
[65] Hu M-X, Yang Q and Xu Z-K 2006 J. Membr. Sci. 285 196-205
[66] Yu H-Y, Xu Z-K, Yang Q, Hu M-X and Wang S-Y 2006 J. Membr. Sci. 281 658-65
[67] Yu H-Y, Xu Z-K, Lei H, Hu M-X and Yang Q 2007 Sep. Purif. Technol. 53 119-25
[68] Gu J-S, Yu H-Y, Huang L, Tang Z-Q, Li W, Zhou J, Yan M-G and Wei X-W 2009 J. Membr. Sci. 326 145-52
[69] Hou X, Zhang T and Cao A 2013 Polym. Adv. Technol. 24 660-7
[70] Wan L-S, Yang Y-F, Tian J, Hu M-X and Xu Z-K 2009 J. Membr. Sci. 327 174-81
[71] Yang Y-F, Li Y, Li Q-L, Wan L-S and Xu Z-K 2010 J. Membr. Sci. 362 255-64
[72] Zhao Y-H, Wee K-H and Bai R 2010 J. Membr. Sci. 362 326-33
[73] Zhao J, Shi Q, Luan S, Song L, Yang H, Shi H, Jin J, Li X, Yin J and Stagnaro P 2011 *J. Membr. Sci.* **369** 5-12
[74] Luo M-L, Zhao J-Q, Tang W and Pu C-S 2005 *Applied Surface Science* **249** 76-84
[75] Razmjou A, Mansouri J and Chen V 2011 *Journal of Membrane Science* **378** 73-84
[76] Wavhal D S and Fisher E R 2002 *J. Membr. Sci.* **209** 255-69
[77] Wavhal D S and Fisher E R 2003 *Langmuir* **19** 79-85
[78] Pieracci J, Crivello J V and Belfort G 1999 *Journal of Membrane Science* **156** 223-40
[79] Rahimpour A 2011 *Desalination* **265** 93-101
[80] Ulbricht M, Matuschewski H, Oechel A and Hicke H-G 1996 *J. Membr. Sci.* **115** 31-47
[81] Yamagishi H, Crivello J V and Belfort G 1995 *Journal of Membrane Science* **105** 237-47
[82] Zhang M, Nguyen Q T and Ping Z 2009 *J. Membr. Sci.* **327** 78-86
[83] Wolff J, Steinhauser H and Ellinghorst G 1988 *J. Membr. Sci.* **36** 207-14
[84] T. V, A. V, U. C, M. K and M. M 2007 *Surf. Interface Anal.* **39** 476-81
[85] Tang Z-Q, Li W, Zhou J, Yu H-Y, Huang L, Yan M-G, Gu J-S and Wei X-W 2009 *Sep. Purif. Technol.* **64** 332-6
[86] Kull K R, Steen M L and Fisher E R 2005 *J. Membr. Sci.* **246** 203-15
[87] Abednejad A S, Amoabediny G and Ghaee A 2014 *Mater. Sci. Eng. C* **42** 443-50
[88] Steen M L, Hymas L, Havey E D, Capps N E, Castner D G and Fisher E R 2001 *J. Membr. Sci.* **188** 97-114
[89] Steen M L, Jordan A C and Fisher E R 2002 *J. Membr. Sci.* **204** 341-57
[90] Ciszewski A, Kunicki J and Gancarz I 2007 *Electrochimica Acta* **52** 5207-12
[91] Choi E-Y, Strathmann H, Park J-M and Moon S-H 2006 *J. Membr. Sci.* **268** 165-74
[92] Yu H-Y, Liu L-Q, Tang Z-Q, Yan M-G, Gu J-S and Wei X-W 2008 *J. Membr. Sci.* **310** 409-17
[93] Prachar J, Novak I, Kleinova A, Gemeiner P, Omustova M, Chmela S and Borsig E 2016 *Vacuum* **127** 38-44
[94] Xu Z, Wang J, Shen L, Men D and Xu Y 2002 *J. Membr. Sci.* **196** 221-9
[95] Yuee F and Tianyi S 1988 *J. Membr. Sci.* **39** 1-9
[96] Kumari M, Gupta B and Ikram S 2012 *Radiat. Phys. Chem.* **81** 1729-35
[97] Ma H, Bowman C N and Davis R H 2000 *J. Membr. Sci.* **173** 191-200
[98] Mohd Yusof A H and Ulbricht M 2008 *J. Membr. Sci.* **311** 294-305
[99] Ulbricht M and Yang H 2005 *Chem. Mater.* **17** 2622-31
[100] Wang L, Wei J, Zhao K and Wu B 2015 *Mater. Letters* **159** 189-92
[101] Wang L-L, Wu J-J, Zhang Z-B, Zhou J, He X-C, Yu H-Y and Gu J-S 2016 *Sep. Purif. Technol.* **164** 81-9
[102] Yang Q, Tian J, Hu M-X and Xu Z-K 2007 *Langmuir* **23** 6684-90
[103] Yang Q, Hu M-X, Dai Z-W, Tian J and Xu Z-K 2006 *Langmuir* **22** 9345-9
[104] Kilduff J E, Mattaraj S, Pieracci J P and Belfort G 2000 *Desalination* **132** 133-42
[105] Pieracci J, Crivello J V and Belfort G 1999 *J. Membr. Sci.* **156** 223-40
[106] Taniguchi M, Pieracci J, Samsonoff W A and Belfort G 2003 *Chem. Mater.* **15** 3805-12
[107] Zhao X, Zhang J, Chen S, Wang X and Wang J 2013 *Colloid Polym. Sci.* **291** 1573-80
[108] Zhou Q, Lei X-P, Li J-H, Yan B-F and Zhang Q-Q 2014 *Desalination* **337** 6-15
[109] Zhu Y, Zhang F, Wang D, Pei X F, Zhang W and Jin J 2013 *Journal of Materials Chemistry A* **1** 5758-65
[110] Qian Y, Chi L, Zhou W, Yu Z, Zhang Z, Zhang Z and Jiang Z 2016 *Appl. Surf. Sci.* **360** 749-57
[111] Huang F, Wang Q, Wei Q, Gao W, Shou H and Jiang S 2010 *Express Polym. Letters* **4** 57-65
[112] Ju J, Wang T and Wang Q 2015 Colloids Surf., A 481 151-7
[113] Qiu C, Xu F, Nguyen Q T and Ping Z 2005 J. Membr. Sci. 255 107-15
[114] Zhang M, Nguyen Q T and Ping Z 2009 J. Membr. Sci. 327 78-86
[115] Danu A and Anita Kusuma W 2017 IOP Conf. Series: Mater Sci. Eng. 214 012014
[116] Guo H, Geng C, Qin Z and Chen C 2013 Desal. Water Treat. 51 3810-3
[117] Lee S-D, Hsiue G-H, Kao C-Y and Chang P C-T 1996 Biomaterials 17 587-95
[118] Susanto H, Balakrishnan M and Ulbricht M 2007 J. Membr. Sci. 288 157-67
[119] Hilal N, Al-Khatib L, Atkin B P, Kochkodan V and Potapchenko N 2003 Desalination 158 65-72
[120] Hilal N, Kochkodan V, Al-Khatib L and Levadna T 2004 Desalination 167 293-300
[121] Rahimpour A, Madaeni S S, Zereshki S and Mansourpanah Y 2009 Appl. Surf. Sci. 255 7455-61
[122] Yu H, Cao Y, Kang G, Liu J, Li M and Yuan Q 2009 J. Membr. Sci. 342 6-13
[123] Taniguchi M and Belfort G 2004 J. Membr. Sci. 231 147-57